Spectroscopic Behavior and Photophysical Parameters of 2-(Acetoxymethyl)-6-(1,2,4-triazinylaminodihydroquinazolinyl) tetrahydropyran Derivative in Different Solid Hosts

Mahmoud E. M. Sakr1, Maram T. H. Abou Kana1, Ahmed H. M. Elwahy2, Mohamed S. Abdelwahed3, Samy A. El-Daly3, El-Zeiny M. Ebeid3,4

Received: 8 November 2021 / Accepted: 20 April 2022 / Published online: 6 May 2022
© The Author(s) 2022

Abstract
Optical and photophysical properties of 6-substituted-1,2,4-Triazine fluorescent derivative dye doped in silicate based sol–gel, homopolymer of methyl methacrylate (PMMA), and copolymer (MMA/diethylene glycol dimethacrylate) (DEGDMA) were investigated. The pores of different hosts and caging of the dye were found to effect on the parameters such as molar absorptivity, cross sections of singlet–singlet electronic absorption and emission spectra, excited state lifetime, quantum yield of fluorescence. The dipole moment of electronic transition, the length of attenuation and oscillator strength of electronic transition from So → S1 have been calculated. The dye was pumped with different powers using 3rd harmonic Nd: YAG laser of 355 nm and pulse duration 8 ns, with repetition rate 10 Hz. Good photo stability for dye was attained. After 55,000 pumping pulses of (10 mJ/pulse), the photo-stabilities were decreased to 53%, 48%, and 45% of the initial ASE of dye in sol gel, PMMA, and Co-polymer respectively. The dye in sol–gel matrix showed improvement of photo stability compared with those in organic polymeric matrices.

Keywords Optical property · Solid state laser dye · Photophysical parameters · Photostability · Silicate based sol–gel · Polymeric matrices

Introduction
1,2,4-triazine is an important core system and many of their derivatives have gained considerable attention because they are found in numerous natural and synthetic biologically as well as pharmacologically active compounds [1]. 1,2,4-Triazine derivatives have been reported to possess a broad spectrum of biological activities including anti-inflammatory [2] antimicrobial [3, 4], anti-HIV [5], anticancer [6–8], anti haemostatic activity [9], antiviral [10], anti-malarial [11], anticonvulsant [8], neuro protective [12], antifungal [13], anti-proliferation [14]. Some 1,2,4-triazine derivatives have also used as kinase inhibitors [15], and α-glucosidase inhibitors [16]. Also fused heterocyclic systems that contain nitrogen were reported to exhibit fluorescent activity [17]. They are also widely applied as LEDs, lasers of semiconductors, probes, and fluorescent sensors. In the development of organic LED (OLED) technologies trends are focused primarily on optimizing existing devices and developing new emission materials [18, 19]. In recent years, the synthesis of new high-performance dyes and the implementation of new ways of incorporating the organic molecules into the solid matrix have resulted in significant advances towards the development of practical tunable solid-state dye lasers, due to their high efficiency and they do not contain volatile and toxic solvents, they are non-flammable, nontoxic, compact in size and mechanically and thermally...
more stable [20–23]. The sol–gel method is a method in which organic dye molecules are incorporated into an inorganic silica host [24]. This shows some advantages, e.g. compactness, better manageability and highly porous, transparent in Uv–visible-near IR regions. Its reaction can be controlled easily by chemical methods. It allows introducing permanent organic groups to form inorganic–organic hybrid materials [25] and the process takes place at low temperature [26]. In this respect we recently reported the synthesis of 6-Substituted-1, 2, 4-Triazine mono glucosyl fluorescent derivative dye and investigated their optical, photo physical and solvatochromic properties [27]. In continuation of this work, the present study discuss the spectral behavior and photophysical parameters of 6-substituted-1,2,4-triazine mono glucosyl fluorescent derivative dye doped in various solid hosts matrices including sol–gel, PMMA and Co-PMMA. Although a lot of dyes are commercially available for laser systems, but the previous ones have a pointing of advantages such as larger Stokes shift magnitude ($\Delta \lambda > 100$ nm) which can minimize cross-talk between the excitation source and the fluorescent emission [28].

**Experimental**

**Materials**

Active triazine derivative as chromophore was recently prepared and reported in described form by our lab’team [27].

![Chemical structure of the triazine derivative](image)

$(R = 4$-MeOC6H4CH=CH-)

Solid hosts as; silicate based sol–gel matrix and polymer (using methyl methacrylate MMA and diethylene glycol dimethacrylate DEGDMA as monomers) were prepared as described in references [28] and [29, 30], respectively.

**Spectral Measurements**

Dye samples of concentrations ranging from $2 \times 10^{-5}$ M to $3 \times 10^{-4}$ M were doped in transparent sol–gel, PMMA and (MMA / DEGDMA) Co-polymer. The electronic absorption properties of the dye samples in different solid hosts were studies using a Camspec M501 UV–Vis spectrophotometer. The emission spectra were monitored, depend upon exciting wavelength which represent maximum absorption, using JASCO-spectrofluorometer (model: PF-6300). Laser induced fluorescence of dye samples as function of different input pumping energies were carried out by 3rd harmonic Nd: YAG laser using homemade setup as previously reported [31]. The photostability of the dye was also determined [32]. The input energy was kept constant at (10 mJ) by pumping with 355 nm of 3rd harmonic Nd: YAG laser.

**PhotoPhysical Parameters Calculations**

Depending upon these absorption and emission spectra, important and significant photophysical parameters could be determined according to their standard equations as previously reported such as: the oscillator strength [33], the attenuation length $\Lambda(\lambda)$ [34], the dipole moment transition $\mu_{12}$ [34], the rate of radiative decay constant ($k_r$) [35], the absorption cross-section $\sigma_a$ [36], the quantum yield $(\phi_f)$ of a compound relative to a standard probe [37, 38], fluorescence lifetimes ($\tau_f$) [39], the rate constant of intersystem crossing ($k_{isc}$) which related to the quantum yield $\phi_f$ for ($\phi_f \approx 1$) by the relationship (1) [35]:

$$k_{isc} = \left(1 - \phi_f \right) / \tau_f$$

(1)

Also, the emission cross-section $\sigma_e$ was calculated according to ref. [40].

**Results and Discussion**

**Photophysical Properties in Different Hosts**

The UV–visible absorption and fluorescence spectra of the dye in sol–gel, homo-polymer PMMA and (MMA / DEGDMA) copolymer matrices as solid hosts are shown in Figs. 1 and 2. There is a minimum overlap between the dye absorption and emission spectra in the three solid matrices.
This is important as far as reabsorption of emitted photons is concerned. Figure 1 shows that the absorption maximum peak of dye was 385 nm and the emission maximum peak was at 520 nm in sol–gel, respectively. Inset Fig. 1 shows that the emission of the dye of different concentrations in sol–gel at excitation wavelengths 385 nm. The optimum dye concentration was $7 \times 10^{-5}$ M in sol–gel. The dye fluorescence peak intensity increased till $7 \times 10^{-5}$ M then decreased with increasing concentrations which might be attributed to due molecular aggregations of dye molecules which absorbed the emitted photon.

Figure 2A, B shows that the absorption maximum peaks were at 365 and 370 nm in PMMA and (MMA/DEGDMA), respectively. It also shows that the emission maximum peaks were at 445 nm and 450 nm for the dye in PMMA and (MMA/DEGDMA), respectively. Inset Fig. 2A, B shows that the emission of the dye at different concentrations in PMMA and (MMA/DEGDMA) at excitation wavelength.
The dye emission spectra with different concentrations doped in PMMA and (MMA/DEGDMA) Co-polymer was shown in inset Fig. 2A, B. The dye fluorescence peak intensity increased till $5 \times 10^{-5}$ M in case of PMMA and $1 \times 10^{-4}$ M in case of (MMA/DEGDMA) Co-polymer, then it decreased with increasing concentrations which might be attributed to molecular aggregations of dye molecules. Also, the optimum dye concentration was $5 \times 10^{-5}$ M and $1 \times 10^{-4}$ M in PMMA and (MMA/DEGDMA), respectively. 

From the Figs. 1 and 2 show that the absorption maximum peaks were 385 nm, 365 nm and 370 nm in sol gel, PMMA and (MMA/DEGDMA), respectively, and the emission maximum peaks were 520 nm, 445 nm and 450 nm in sol gel, PMMA and (MMA/DEGDMA), respectively. We found that the nature of polymer either homo-polymer or copolymer has no effect on the absorption intensity of the dye, but it has clear effect of its absorption wavelength. This effect may be attributed to the nature of interaction between dye and DEGDMA which contains different active groups. Comparing the dye fluorescence peak wavelengths and intensities in different solid matrices showed that, the fluorescence emission wavelengths are higher red shifted in sol–gel compared to polymer matrices. This behavior indicates a more relaxed excited state due to dye host interaction within excited state lifetime. Some important photo-physical parameters of the dye were calculated and summarized in Table 1, which demonstrate their potential for use in advanced optical applications. However, the absorption cross-section ($\sigma_a$) is the ability of the molecule to absorb a photon of a certain polarization and wavelength. Emission cross-section ($\sigma_e$) measures the probability of the excited ion in a given cross sectional area to emit a photon. The attenuation length (L) (called absorption length) is the distance into a material when the probability has dropped to $1/e$ that a particle has not been absorbed.

It is noticed from photophysical parameters of dye in different solid hosts that excited state lifetime ($\tau_f$) values in PMMA and in copolymer matrices are lower than those in sol–gel matrix. This indicates a dynamic quenching process in which the polymer matrices interact with the excited state dye molecules. This leads to shortening of $\tau_f$ values in polymer matrices compared with sol–gel. The oscillator strength value in sol–gel matrix is higher than those in polymer matrices. Hence, the effective number of electrons transferred from the ground to excited states in sol–gel is higher than that in polymer matrices. Fluorescence quantum yield ($\phi_f$) values are lower in polymer and in copolymer matrices compared with those in sol–gel, indicating more interaction between dye molecules and polymer matrices. The carbonyl group in chromophore polymer matrices possesses ($n, \pi^*$) electronic states that are characterized by low singlet–triplet splitting energies ($\Delta E_{ST}$) leading to triplet state population from singlet excited state, with subsequent fluorescence quenching [34]. It is known that the (T1 $\rightarrow$ T0) transition is a spin-allowed one that can quench fluorescence by photon re-absorption. The lower energy level of ($n, \pi^*$) states also allows for exciton trapping [34] adding to factors causing fluorescence quenching. Further confirmation of the role of polymer matrices in fluorescence quenching comes from the higher intersystem crossing rate constants ($k_{isc}$) values in polymer matrices compared with sol–gel glass.

### Laser-induced Fluorescence of 6-substituted-1,2,4-triazines Mono Glucosyl Derivative

The spontaneous fluorescence intensities and wavelengths of the 6-substituted-1,2,4-triazines mono glucosyl derivative dye in sol gel, PMMA and (MMA/DEGDMA) copolymer were varied after pumping with 3rd harmonic Nd:YAG ($\lambda = 355$ nm). Emission intensity of ASE of the dye with concentrations range from $2 \times 10^{-5}$ M to $3 \times 10^{-4}$ M in PMMA, Co-PMMA (MMA/DEGDMA), and sol–gel with excited wavelength 355 nm by 3rd harmonic Nd: YAG pulsed laser at pumping power 5 mJ. We found that the concentration $3 \times 10^{-4}$ after pumping the different concentration by 5 mJ is the highest emission intensity of the dye in PMMA, Co-PMMA (MMA/DEGDMA) and sol–gel then pumping these concentration $3 \times 10^{-4}$ with excitation wavelength 355 nm by 3rd harmonic Nd:YAG pulsed laser with different moment transition, (Ef) energy yield of fluorescence, (Kr) the radiative decay rate, (Kisc) the rate of intersystem crossing, (f) oscillator strength, $\phi_f$ fluorescence quantum yield, in different hosts

| Sample /matrix | $\varepsilon$ (L.M$^{-1}$.Cm$^{-1}$ $10^4$) | $\sigma_a$ ($10^{-16}$) Cm$^2$ | $\sigma_e$ ($10^{-17}$) Cm$^2$ | $\Lambda$ (cm) | $\tau_f$ (ns) | $\tau_0$ (1/$k_r$) (ns) | $\mu_{12}$ (D) | $E_f$ ($10^9$) s$^{-1}$ | $K_{isc}$ ($10^{-10}$) s$^{-1}$ | $F$ | $\phi_f$ |
|----------------|---------------------------------|-----------------------------|-----------------------------|--------------|-------------|-------------------------|--------------|---------------------|-----------------|-------|------|
| Solgel         | 1.5                             | 0.6                         | 2.2                         | 0.2          | 0.6         | 0.9                     | 3.53         | 0.31                | 1.1             | 0.9   | 1.74 | 0.7 |
| PMMA           | 3.5                             | 1.4                         | 2.6                         | 0.1          | 0.2         | 0.4                     | 3.35         | 0.28                | 2.8             | 1.8   | 1.33 | 0.6 |
| (MMA/DEGDMA)   | 3.5                             | 1.3                         | 2.4                         | 0.1          | 0.2         | 0.4                     | 2.96         | 0.23                | 2.6             | 1.6   | 1.02 | 0.5 |
input pumping powers 5 mJ, 10 mJ, 20 mJ as showed in Fig. 3A–C.

By pumping using 355 nm 3rd harmonic Nd: YAG pulsed laser with $\lambda_{ex} = 355$ nm excitation wavelength at different powers intensity 5 mJ, 10 mJ, and 20 mJ. The emission intensity of ASE peak wavelength of the dye in sol gel matrix ($\lambda_f = 550$ nm) showed a large red shift from that of the dye in PMMA ($\lambda_f = 475$ nm) and (MMA/DEGDMA) matrix ($\lambda_f = 480$ nm) as in Fig. 3. Figure 3 showed the emission intensity of the dye in solid hosts at different input power at 5, 10 and 20 mJ. The increasing of the peak intensity of ASE of the dye may be attributed to the increasing of the number of excited molecules (increase the population of S1 state) which yields more emitted photons. These changes in wavelengths may be due to the interaction of the structure of the two different dyes molecules with different solid matrices as shown in Fig. 3.

The photostability, as an important photochemical parameter, was studied by the evaluation of the output fluorescence as a function of number of pulses in the same position of the samples as outlined in Fig. 4. This study was carried out for the samples of the dyes which the repetition rate of 355 nm Nd: YAG laser with 8 ns pulse duration was kept at (10 Hz) and the energy was kept constant at (10 mJ/pulse). The output energy gradually decreased due to the photodegradation progressive and thermo-degradation of the dye’s molecules. This decreasing occurred at a faster rate for the dyes in polymer than in sol gel, and the peak ASE dropped to 53%, 48% and 45% of the initial ASE of the dye in sol–gel, PMMA and (MMA/DEGDMA) Co-PMMA, respectively, by pumping with 355 nm 3rd harmonic Nd: YAG laser at 10 mJ with repetition rate of 10 Hz after 55,000 pulses. Since the mechanism of photodegradation occurs by the interaction molecules of the dye in the excited state with other species such as impurities, other dye molecules and singlet oxygen. Through the process of doping dyes into a solid medium, the photochemical pathways including bimolecular reactions can be suppressed by caging or trapping the dye within a solid host [41].

The improved photostability of the dyes within solid hosts has been attributed for caging and molecules immobilizing of the dye, minimizing thereby excited-state interaction with other species including molecular oxygen. So, the dye photodegradation in a solid host depends on the dye’s molecule nature, the host composition and structure, the host impurities as well as presence of molecular oxygen. Another possible factor that may explains the reduced rate of degradation in the rigid matrices may be that the dyes molecules are more tightly confined within the pores of the matrix, limiting rotational and translational freedom. A mobile molecule, as in solution, will be more likely to encounter an oxygen molecule and undergo degradation. Less freedom, as defined by the restrictive pores of the matrix, may make the dye molecules less likely to interact with molecular oxygen leading to photodegradation or molecular oxygen fluorescence quenching [41]. The micro-viscosity environment around dye molecules in the solid matrix affects their photodegradation. The net photo deterioration would be slow if the irradiated molecules were swiftly replaced by fresh molecules. As a result, photo degradation in sol–gel samples is negligible, with the longest half-life values. On the other hand, photo degradation occurs at a faster pace in the copolymer samples. This is because dye molecules in polymer samples are surrounded only by polymer matrix with very little solvent around them, whereas dye molecules in sol–gel matrix are rapidly replenished because
sol–gel samples contain ethylene glycol, which may aid in the mobility of the embedded dye molecules, resulting in minimal photodegradation and the longest half-life values.

**Conclusion**

The optical absorption and emission properties of 2-(acetoxyethyl)-6-(1,2,4-triazinylaminodihydroquinazolinyl) tetrahydropyran dye have been studied in different solid hosts such as sol–gel, PMMA and DEGDMA copolymer. Their respective spectroscopic and photophysical parameters meet the best requirements for a good laser dye such as high molar absorption coefficients at the wavelength of the pump laser, broad spectral region of fluorescence and high fluorescence quantum yield, short fluorescence decay time, large Stokes’ shift, little overlap of the fluorescence and triplet absorption spectral regions, photochemical stability. Pumping the samples using 3rd harmonic Nd: YAG laser ($\lambda_{ex} = 355$ nm) showed different emission wavelength of ASE peak. It was nearly in sol gel matrix ($\lambda_t = 550$ nm), in PMMA ($\lambda_t = 475$ nm) and (MMA/DEGDMA) copolymer ($\lambda_t = 480$ nm). The nature of solid host has significant effect on spectroscopic properties of dye. The new dye exhibited good photostability. It decreased to 53%, 48% and 45% of the initial ASE of the dye in sol–gel, PMMA and DEGDMA copolymer, respectively, after pumping with 355 nm 3rd harmonic Nd: YAG laser of 8 ns pulse duration, with a repetition rate (10 Hz). The energy was kept constant at (10 mJ/pulse) after 55,000 pulses.

**Author Contribution** Mahmoud E. M. Sakr: Methodology, writing—review and editing. Maram T. H. Abou Kana: Conceptualization, investigation, supervision, writing original draft. Ahmed H. M. Elwahy: Conceptualization, supervision, investigation, review, editing. Mohamed S. Abdelwahed: Synthesis, resources. Samy A. El-Daly: Review, supervision. El-Zeiny M. Ebeid: Review, supervision.

**Funding** Open access funding provided by The Science, Technology & Innovation Funding Authority (STDF) in cooperation with The Egyptian Knowledge Bank (EKB).

**Data Availability** Data generated or analyzed during this study are included in this published article.

**Declarations**

**Ethical Approval** This article does not contain any studies with human or animal subjects.

**Consent to Participate** Not applicable.

**Consent for Publication** Not applicable.

**Conflicts of Interest** The authors declare that they have no conflict of interest.

**Open Access** This article is licensed under a Creative Commons Attribution 4.0 International License, which permits use, sharing, adaptation, distribution and reproduction in any medium or format, as long as you give appropriate credit to the original author(s) and the source, provide a link to the Creative Commons licence, and indicate if changes were made. The images or other third party material in this article are included in the article’s Creative Commons licence, unless indicated otherwise in a credit line to the material. If material is not included in the article’s Creative Commons licence and your intended use is not permitted by statutory regulation or exceeds the permitted use, you will need to obtain permission directly from the copyright holder. To view a copy of this licence, visit http://creativecommons.org/licenses/by/4.0/.
References

1. Cascioferro S, Parrino B, Spanò V, Carbone A, Montalbano A, Barraja P, Diana P, Cirrincione G (2017) An overview on the recent developments of 1, 2, 4-triazine derivatives as anticoagulant compounds. Bioorg Med Chem 14:328

2. Irannajad H, Kebriaieezadeh A, Zarghi A, Montazer-Sadegh F, Shafee A, Assadieskandar A, Amini M (2014) Synthesis, docking simulation, biological evaluations and 3D-QSAR study of 5-Aryl-6-(4-methylsulfonyl)-3-(methylthio)-1, 2, 4-triazine as selective cyclooxygenase-2 inhibitors. Bioorg Med Chem 22:865

3. Wittman MD, Carboni JM, Yang Z, Lee FY, Antman M, Attar R, Balimane P, Chang C, Chen C, Discenza L (2009) Discovery of a 2, 4-disubstituted pyrrolo [1, 2-][1, 2, 4]triazine inhibitor (BMS-754807) of insulin-like growth factor receptor (IGF-1R) kinase in clinical development. J Med Chem 52:7360

4. Ali TE-S (2009) Synthesis of some novel pyrazolo [3, 4-b] pyridine and pyrazolo [3, 4-d] pyrimidine derivatives bearing 5, 6-diphenyl-1, 2, 4-triazine moiety as potential antimicrobial agents. Eur J Med Chem 44:4385

5. La Kim E, Li JL, Hong J, Lee C-O, Kim D-K, Yoon WD, Kim E, Liu Y, Jung JH (2012) Corrigendum to “Cytotoxic cytochalasins from the endozone fungus Phoma sp. of the giant fish Nemopilema nomurai” [Bioorg Med Chem Lett 17(2012):5752–5755]. Bioorg Med Chem Lett 22 (2012):3126–3129. Bioorg Med Chem Lett 17 (2012):5752

6. Gucký T, Fryšová I, Slouka J, Hajdúch M, Džubák P (2009) Cyclocondensation reaction of heterocyclic carbonyl compounds, Part XIII: synthesis and cytotoxic activity of some 3, 7-diaryl-5-(3, 4, 5-trimethoxyphenyl) pyrazolo [4, 3-e][1, 2, 4]triazines. J Med Chem 44:891

7. Wang G, Peng Z, Wang J, Li X, Li J (2017) Synthesis, in vitro evaluation and molecular docking studies of novel triazine-triazole derivatives as potential α-glucosidase inhibitors. Eur J Med Chem 125:423

8. Ahuja P, Siddiqui N (2014) Anticancerous evaluation of clubbed indole-1, 2, 4-tri- azine derivatives: a synthetic approach. Eur J Med Chem 80:509

9. Kamble RR, Sudha BS (2006) Synthesis, spectral characterization and antihaemocoagulant activity of 1, 2, 4-triazoles incorporating 1, 2, 4-triazine rings. J Chem Sci 118:191

10. Rusinov V, Egorov I, Chapakhin O, Belanov E, Bormotov N, Serova O (2012) Synthesis and antiviral activity of 1, 2, 4-triazine derivatives. Pharm Chem J 45:655

11. Ban K, Duffy S, Khakham Y, Avery VM, Hughes A, Montagnet O, Katneni K, Ryan E, Baell JB (2010) 3-Alkylthio-1, 2, 4-triazine dimers as α-glucosidase inhibitors. Bioorg Chem 18:4224

12. Sangshetti JN, Shinde DB (2010) One pot synthesis and SAR of some novel 3-substituted 5, 6-diphenyl-1, 2, 4-triazines as antifungal agents. Bioorg Med Chem Lett 20:742

13. Krauth F, Dahse H-M, Rüttinger H-H, Frohberg P (2010) Synthesis and characterisation of novel 1, 2, 4-triazine derivatives with anti- proliferative activity. Bioorg Med Chem 18:1816

14. Khoshneviszadeh M, Gahramehani MH, Foroumadi A, Mirti R, Firuzi O, Madadkar-Sobhani A, Edraki N, Parsa M, Shafee A (2013) Design, synthesis and bi- ological evaluation of novel anticytokine 1, 2, 4-triazine derivatives. Bioorg Med Chem 21:6708

15. Wang G, Peng Z, Gong Z, Li Y (2018) Synthesis, biological evaluation, and docking studies of novel 5, 6-diyaryl-1, 2, 4-triazine thiazole derivatives as a new class of α-glucosidase inhibitors. Bioorg Chem 78:195

16. Kirilova EM, Meirovics I, Belyakov SV (2002) Preparation and properties of nitrogen derivatives of benzanthrone with heterocyclic fragments. Chem Heterocycl Compd 38:789

17. Abdel-Mone MR (2004) Synthesis and biological evaluation of some novel fused heterobicyclic derivatives containing 1, 2, 4-triazolo[1, 2, 4]triazopyridinimine moieties. Chem Pap 58:276

18. El-Kazak AM, Ibrahim MA (2013) Synthesis, characterization and antimicrobial evaluation of the novel pyrido[1, 2, 3]triazol[1, 2, 3]triazolines and thiazolo[3, 2, 2, 3][1, 2, 4] triazoles[1, 2, 5-a]pyridines. ARKIVOC (iii) 282

19. Hermes RE, Allik TH, Chandra S, Hutchinson JA (1993) High efficiency pyrromethene doped solid-state dye laser. Appl Phys Lett 63:877

20. Dunn B, Nishida F, Toda K, Zin J, Allik T, Chandra S, Hutchinson JA (1994) Advances in dye doped sol-gel lasers. In New Materials for Advanced Solid-State Lasers, Mater Res Soc Symp Proc 329:267

21. Faloss M, Canva M, Georges P, Brun A, Chapat F, Boilot JP (1997) Toward millions of laser pulses with pyrromethenea perylene-doped xerogels. Appl Opt 36:6760

22. Canva M, Darraç B, Chapat F, Lahil K, Bentivegna F, Brunel M, Faloss M, Georges P, Brun A, Boilot JP, Levy Y (1998) Functionalyzed dye-doped hybrid sol-gel materials for solid-state dye laser to nonlinear applications and organic photoactivity. In Organic-Inorganic Hybrid Materials for Photonics, Hubert-Pfalzgraf LG, Najafi S (eds) Proc SPIE 3469:164

23. Deshpande VA, Jathar VL, Jayraj RR (2009) Effect of Matrix Treatment on Spectroscopic Properties of HCl Catalysed Sol-Gel Glasses Containing Coumarin Laser Dyes. J Fluoresc 19:607

24. Chen CL, Nogues JL (1994) Sol-gel processing of net shape silica optics. Sol-Gel Opt 295:59

25. Wang R, Narang U, Paras NP, Bright FV (1993) Affinity of anti-fluorescein antibodies encapsulated within a transparent sol-gel glass. J Anal Chem 65:2671

26. Sakr MEM, Abu Kana MTH, Elwyah A, Kandel HM, Abdelwahed MS, El-Daly SA, Ebeid EM (2020) Optical, photo physical parameters and photo stability of 6-Substituted-1, 2, 4-Triazino monocoumaryl derivative to act as a laser dye in various solvents. Spectrochim Acta Mol Biomol Spectrosc 232:118145

27. Wu X, Sun X, Guo Z, Tang J, Shen Y, James TD, Tian H, Zhu W (2014) J Am Chem Soc 136:3579

28. Deshpande VA, Jayraj RR, Laxman VJ (2009) Comparison of spectroscopic and lasing properties of different types of sol-gel glass matrices containing Rh-6G. J Fluoresc 19:108

29. Ma et al. (1982) Hydroxyalkyl methacrylates: hydrogel formation based on the radical copolymerization of 2-hydroxyethylmethacrylate and 2, 3-dihydroxypropylmethacrylate. J Polym 23:748

30. Ilavsky M, Dusek K, Vacik J, Kopcnek J (1979) Deformational, swelling, and photometric behavior of ionized gels of 2-hydroxyethyl methacrylate–methacrylic acid copolymers. J Appl Polym Sci 23:2073

31. Ali-Uqmar DM, Abdelkader HI, Abou Kana MTH (2015) Spectroscopic properties and amplified spontaneous emission of fluoresein laser dye in ionic liquids as green media. Opt Mater 47:573

32. Bojinov V, Grabcev I (2004) Synthesis and photophysical investigations of novel combined benzo [de]anthracen-7-one/2, 6, 7-tetramethylpyperidines as fluorescent stabilisers for polymer materials. Polym Degrad Stab 85:789

33. Ebeid EM, Alhazmi SA (2006) Photophysical and Laser-Based Techniques Chemistry, Biology and Medicine, Book Surge Publisher, Charleston, SCUSA

34. Kumar GA, Unnikrishnan NV (2001) Energy transfer and optical gain studies of FDS: Rh B dye mixture investigated under cw laser excitation. J Photochem Photobiol A Chem 144:107

35. El-Daly SA (1999) Photophysical properties: laser activity of and energy transfer from 1, 4 bis-[β-(2-benzothiazolyl)vinyl] benzene (BVB). J Photochem Photobiol A Chem 124:127
37. Deshpande AV, Namdas EB (1996) Efficient lasing action of rhodamine 6G in Nafion membranes. J Chem Phys Letter 263:449
38. Kumar S, Rao VC, Rastogi RC (2001) Excited-state dipole moments of some hydroxycoumarin dyes using an efficient solvatochromic method based on the solvent polarity parameter, ETN. Spectrochim Acta A Mol Biomol Spectrosc 57:41
39. Pavlopoulos TG (2002) Scaling of dye lasers with improved laser dyes. Prog Quantum Electron 26:193
40. Heldt J, Szepanski J, Diehl A (1988) Gain and excited singlet and triplet state absorption spectra of some 9-acetoxy-10(halogenoacetoxy) phenylantracenes. J Appl Phys Chem B 46:339
41. Suratwala T, Gardlund Z, Davidson K, Uhlmann DR (1997) Photostability of silylated coumarin dyes in polycerams hosts. J Sol-Gel Sci Technol 8:973

Publisher’s Note Springer Nature remains neutral with regard to jurisdictional claims in published maps and institutional affiliations.